This is a repository copy of Engineering the mechanical properties of nonwoven reinforced flexible composites.

White Rose Research Online URL for this paper:
http://eprints.whiterose.ac.uk/94723/

Version: Accepted Version

**Proceedings Paper:**
Tausif, M, O'Haire, T, Pliakas, A et al. (2 more authors) (Accepted: 2016) Engineering the mechanical properties of nonwoven reinforced flexible composites. In: Tekstilec. 16th World Textile Conference AUTEX 2016, 08-10 Jun 2016, Ljubljana, Slovenia. University of Ljubljana, Faculty for Natural Sciences and Engineering. (In Press)

---

**Reuse**
Items deposited in White Rose Research Online are protected by copyright, with all rights reserved unless indicated otherwise. They may be downloaded and/or printed for private study, or other acts as permitted by national copyright laws. The publisher or other rights holders may allow further reproduction and re-use of the full text version. This is indicated by the licence information on the White Rose Research Online record for the item.

**Takedown**
If you consider content in White Rose Research Online to be in breach of UK law, please notify us by emailing eprints@whiterose.ac.uk including the URL of the record and the reason for the withdrawal request.
ENGINEERING THE MECHANICAL PROPERTIES OF NONWOVEN REINFORCED FLEXIBLE COMPOSITES

Muhammad Tausif, Tom O’Haire, Achilles Pliakas, Parikshit Goswami, Stephen J. Russell

Textile Materials Technology Research Group, School of Design, University of Leeds, UK
m.tausif@leeds.ac.uk

Introduction
Flexible fibre reinforced composites employ elastomeric matrix materials with a characteristic range of deformation much larger than that of conventional fibre reinforced composites. Flexible composites find applications as tyres, conveyor belts, coated fabrics, inflated structures, hoses, surgical replacements, diaphragms and reinforced membranes to give a few examples. The mechanical properties of such composites could be engineered by suitable selection of fibre and matrix materials as well as by tailoring the geometric configurations of the reinforcement. High strength fibres are commonly employed as reinforcement for fibre reinforced composites and the use of standard textile fibres for low cost composites could be a useful substitute for certain applications. Nonwoven fabrics are directly made from fibres/filaments by choosing a suitable web formation and bonding method. The low number of process steps and high production speeds translates into low cost fibres with opportunity to engineer structures. (Russell 2007) The current study aims to compare the mechanical properties of nonwoven reinforced flexible composites prepared from standard textile fibres to that of prepared from high strength aramid fibre.

Materials and Methods
Polyphenylene terephthalamide (PPTA), Polyethylene terephthalate (PET), Nylon 6,6 and Lyocell fibres were carded (70 g m\(^{-2}\) and parallel-laid) and pre-needled (42 punches cm\(^{-2}\)) to form fibrous reinforcement. Thermoplastic polyurethane (TPU, Elastollan\(^{\text{®}}\) A C 88 A 12, Shore A: 88, BASF Polyurethanes GmbH) was employed as matrix materials in the form of sheets (\(\approx 315\) g m\(^{-2}\)). The aforementioned nonwoven webs were sandwiched between two layers of TPU and compression moulded at 200\(^{\circ}\)C and 20 kg cm\(^{-2}\) (1.96 MPa). The nonwoven webs (WSP 110.4-09, 100 mm gauge length, 100 mm min\(^{-1}\)) and prepared composites (ISO 527-4, 55 mm gauge length, 10 mm min\(^{-1}\)) were tested for mechanical properties on universal testing machine (Zwick Roell Z010).

Results and Discussion
The tensile strength of pre-needled nonwoven webs, both in machine- and cross-direction, is shown in Figure 1. The webs exhibited higher strength in MD due to preferential orientation of fibres in the machine direction. Despite the same needling density, the webs exhibited different mechanical properties owing to inherent properties of the fibres. Despite the fact that PPTA fibre was strongest among the studies fibres, lyocell nonwovens exhibited higher strength owing to its flexibility allowing for high entanglements. The exhibited properties are the network strength of fibrous assembly which is enhanced by higher number of deflections of fibre segment with barbed needles. The mechanical properties of flexible composites, in machine direction only, are given in Figure 2. The compression moulding of composites showed that initial strength of webs is not critical and the matrix to fibre load transfer occurs during the application of tensile force. Compared to that of the homogenous TPU sheet
significant improvements in mechanical properties were achieved for all composites, depending on the inherent properties of the employed fibres.

![Graph showing tensile strength of pre-needled nonwovens in MD and CD.](image1)

**Figure 1:** Tensile strength of pre-needled nonwovens in MD and CD.

![Graph showing tensile strength of nonwoven reinforced TPU composites.](image2)

**Figure 2:** Tensile Strength of nonwoven reinforced TPU composites

The increase in Young’s Modulus with addition of nonwovens reinforcement is given in [Figure 3]. Though nylon based composites exhibited higher maximum strength, it demonstrated a lower Young’s Modulus compared to PET and Lyocell. Cross-sectional analysis of composites will investigate fibre to matrix adhesion and characterisation of surface energy of nonwoven webs will help to study the correlation between interfacial energy and its influence on final mechanical properties of composites.
Figure 3: Tensile modulus of studied flexible composites

Conclusions
Nonwoven reinforced flexible TPU composites were manufactured by employing standard textile fibres and were compared with high performance aramid nonwoven reinforced composites. Initial results indicate that a range of stiffness and tensile strength values can be engineered by selection of appropriate material for required application. Furthermore, the initial bonding of nonwoven web appears not to affect the final mechanical properties of the webs. The characterisation of surface energy and cross-sectional analysis will help to understand the underlying interfacial mechanisms and lead to surface modification of reinforcement for improvement in mechanical properties of flexible composites.

Keywords: nonwovens, flexible, composites, fibre reinforced, mechanical properties

References (selection):

Acknowledgement
Sport Infinity has received funding from the European Union’s Horizon 2020 research and innovation programme 2014-2018 under grant agreement No 645987. It falls within Materials solutions for use in the creative industry sector.

For further details about the “Sports Infinity” project, please visit following website:

Corresponding author:
Muhammad TAUSIF
Research Fellow in Technical Textiles
Textile Materials and Technology Research Group
School of Design, University of Leeds
Woodhouse Lane, LS2 9JT, Leeds, UK
Phone: 0044 113 343 3799
E-mail: m.tausif@leeds.ac.uk